Role of Surface Orientation on Atomic Layer Deposited Al2O3/GaAs Interface Structure and Fermi Level Pinning: A Density Functional Theory Study

Ganesh Hegde
Purdue University, Network for Computational Nanotechnology

Gerhard Klimeck
Purdue University, Network for Computational Nanotechnology, gekco@purdue.edu

Alejandro Strachan
Purdue University - Main Campus

Follow this and additional works at: http://docs.lib.purdue.edu/nanopub
Part of the Nanoscience and Nanotechnology Commons
Role of surface orientation on atomic layer deposited Al2O3/GaAs interface structure and Fermi level pinning: A density functional theory study

Ganesh Hegde, Gerhard Klimeck, and Alejandro Strachan

Citation: Appl. Phys. Lett. 99, 093508 (2011); doi: 10.1063/1.3624897

View online: http://dx.doi.org/10.1063/1.3624897

View Table of Contents: http://apl.aip.org/resource/1/APPLAB/v99/i9

Published by the American Institute of Physics.

Related Articles
First-principles prediction of a new class of photovoltaic materials: I-III-IV2-V4 phosphides

Electronic band structure and optical phonons of BaSnO3 and Ba0.97La0.03SnO3 single crystals: Theory and experiment

Electronic, structural, and elastic properties of metal nitrides XN (X = Sc, Y): A first principle study
AIP Advances 2, 032163 (2012)

Effects of strain, d-band filling, and oxidation state on the surface electronic structure and reactivity of 3d perovskite surfaces

Electronic structure of room-temperature ferromagnetic Mg1−xFexOy thin films

Additional information on Appl. Phys. Lett.
Journal Homepage: http://apl.aip.org/
Journal Information: http://apl.aip.org/about/about_the_journal
Top downloads: http://apl.aip.org/features/most_downloaded
Information for Authors: http://apl.aip.org/authors

HAVE YOU HEARD?

Employers hiring scientists and engineers trust

http://careers.physicstoday.org/post.cfm
Fermi level pinning (FLP) at III-V/oxide interfaces has been one of the main obstacles in realizing logic devices based on III-V materials. In a recent experiment, Xu et al. showed that FLP at GaAs/oxide interfaces depends strongly on the semiconductor interface orientation, in contrast with earlier theoretical models that postulate FLP to be an intrinsic material property. The experiment showed that devices fabricated using atomic layer deposition (ALD) of Al2O3 using trimethylaluminum (TMA) and water to ascertain the effect of surface orientation on device performance. We find that the condition of the respective substrates prior to deposition of TMA and water has a major impact on the surface reactions that follow and on the resulting interface structure. The simulations explain the atomistic mechanism of the interfacial self-cleaning effect in ALD that preferentially removes As oxides. The electronic structure of the resulting atomic configurations indicates states throughout the bandgap for the (111)B structure. By contrast, the (111)A structure has no states in the mid-gap region, thus explaining the significant experimental difference in Fermi Level Pinning behavior for corresponding devices. © 2011 American Institute of Physics.

Before studying the ALD reactions, we need to determine the initial surface chemistry. We start with both fully hydroxylated (111)A and (111)B surfaces (a common choice as explained in more detail in the supplementary material) and study their stability. In particular, we investigate energetics associated with two surface hydroxides reacting to form a water molecule in the gas phase and leaving an oxygen atom in the surface. The resulting (111)A and (111)B configurations are different with the O bridging between two Ga atoms in (111)A and taking a sub-surface position bonding to both As and Ga in the (111)B (see Fig. 1). Importantly, our DFT calculations show the hydroxylated surface to be energetically favorable for (111)A (by 1.86 eV), Fig. 1(a), but not for (111)B where the oxidized surface and water is 0.95 eV lower in energy, see Fig. 1(b). Thus, the pre-ALD surfaces are different and can be summarized by

\[
2(Ga^3-OH)_{(s)} \rightarrow Ga^3-O-Ga^3_{(s)} + H_2O_{(g)}
\]

(1)

\[
2(As^5-OH)_{(s)} \rightarrow 2As^5O_{sub(s)} + H_2O_{(g)}
\]

(2)

where the A and B superscripts denote atoms on the (111)A and (111)B surface, respectively. Inspection of the resulting
pre-deposition surfaces shows that (111)A would be more hydrophilic than (111)B; this is in agreement with experimental observations providing indirect support to our initial configurations.

Next, we explore possible reactions associated with the first half reaction in the ALD process involving TMA followed by the second half reaction involving water. This is done starting from the lowest energy (111)A and B surfaces obtained in the previous step leading to the following reactions:

\[
2(\text{Ga}^4-\text{OH})_{(s)} + \text{Al}(\text{CH}_3)_3(g) \rightarrow \text{Ga}^4-\text{O}-[\text{Al}(\text{CH}_3)]-\text{O}-\text{Ga}^4_{(s)} + 2\text{CH}_4(g),
\]

(3)

\[
\text{Ga}^4-\text{O}-[\text{Al}(\text{CH}_3)]-\text{O}-\text{Ga}^4_{(s)} + \text{H}_2\text{O}(g) \rightarrow \text{Ga}^4-\text{O}-[\text{Al}-\text{OH}]-\text{O}-\text{Ga}^4_{(s)} + \text{CH}_4(g),
\]

(4)

\[
2\text{As}^8\text{O}_{\text{sub}(s)} + \text{Al}(\text{CH}_3)_3(g) \rightarrow \text{As}^8-\text{Al}(\text{CH}_3)-\text{As}^8_{(s)} + \text{CH}_3-\text{O}-\text{CH}_3(g),
\]

(5)

\[
\text{As}^8-\text{Al}(\text{CH}_3)-\text{As}^8_{(s)} + \text{H}_2\text{O}(g) \rightarrow \text{As}^8-[\text{Al}-\text{OH}]-\text{As}^8_{(s)} + \text{CH}_4(g),
\]

(6)

Atomic structures of these two reactions can be found in the supplementary material. The first half reactions proceed very differently on the two surfaces. For the (111)A, a reaction between TMA with a surface OH group releasing a methane molecule and leading to an O-Al bond lowers energy by 1.9 eV and a subsequent reaction with a neighboring OH decreases energy by an additional 1.73 eV. A reaction of the remaining methyl group with water in the second half reaction is also energetically favorable by 0.93 eV. In contrast, on the (111)B surface with the sub-surface oxygen, the oxide is completely removed in a highly exothermic half-reaction (1.83 eV decrease in energy) with TMA releasing dimethyl ether and with Al bonding to two surface As atoms. The half-reaction with water is also highly exothermic (1.11 eV) and it replaces the last methyl group left over from the previous reaction with an OH group. Subsequent half-reactions would proceed in the usual self-terminating fashion, releasing methane at each stage as is expected from the TMA-water ALD process.

As can be seen in Fig. 2, the interface structures obtained at the end of the first ALD cycle for (111)A and (111)B are starkly different. The Ga atoms on the (111)A interface bond with O atoms which in turn bond with Al atoms. At the (111)B interface, the As atoms bond directly to Al. The surface oxide initially present at the (111)B surface is completely removed in favor of As-Al bonding at the interface, whereas Ga-O bonding persists at the (111)A interface. This preferential cleaning of As-oxides has been termed “interfacial-self cleaning” and is well known in ALD experiments; our simulations provide an atomic mechanism for this process on (111) surfaces. We note that the nature of bonding at the interface is consistent with previous theoretical calculations on the (100) surface, where molecular dynamics calculations of Al₂O₃ slabs on clean, reconstructed (100) III-V surfaces indicate that surface cations are bond with O atoms while surface anions bond with Al atoms. Electronic versions of the atomistic structures thus obtained are available for online simulations and additional exploration on the nanoHUB.

Finally, we investigate the electronic structure of the structures obtained at the end of the half reactions. The Kohn-Sham density of states (DOS) for the two interfaces are compared to bulk GaAs in Fig. 3, with the conduction band edge in bulk set to zero energy. The (111)B structure has a large number of allowed electronic states distributed throughout the band gap, consistent with the experimental observation of significant pinning and zero current obtained for (111)B N metal-oxide-semiconductor field effect transistors (NMOSFETs). By contrast, the (111)A structure only exhibits states very close to the band edges and no additional states in the band gap. This is consistent with the experimental observation of excellent unpinning in the mid-gap region and high on current in (111)A NMOSFETs. Resolving the contribution of individual atoms towards the total DOS shows that the majority of the gap states originate from As and Al atoms at the interface. We observe the presence of...
mid-gap states in the absence of As-As bonds at the interface.

In conclusion, our DFT calculations show how the combination of the initial surface chemistry and the preferential removal of As-oxides in the TMA/Water process lead to completely different interface structures with $\text{Al}_2\text{O}_3$ for the (111)A and B oriented substrates. Furthermore, the electronic structure of the resulting atomic configurations after the first ALD cycle explains the experimental difference in performance of corresponding NMOSFETs. We note that the actual atomic structure at the interfaces may be quite complicated and our study only shows one set of possible initial surface structures and reaction pathways during the ALD process.

We thank P.D. Ye and Min Xu for valuable discussions. This work was partially funded by the Microelectronics Advanced Research Corporation and its MSD Center and by the U.S. National Science Foundation Grant No. EEC-0228390 via NCN and nanoHUB.org.

13See supplementary material at http://dx.doi.org/10.1063/1.3624897 for details of computational procedure and accessing structures on the nanoHUB.
14P. D. Ye, private communication.